$^{55}$Mn NMR study of the electron-doped manganite Bi$_{0.125}$Ca$_{0.875}$MnO$_3$

Kenji Shimizu*

Faculty of Education, Toyama University, Toyama 930-8555, Japan

Y. Qin and T. A. Tyson

Department of Physics, New Jersey Institute of Technology, Newark, New Jersey 07102, USA

(Received 2 July 2005; revised manuscript received 17 April 2006; published 18 May 2006)

We have carried out $^{55}$Mn NMR measurements on Bi$_{0.125}$Ca$_{0.875}$MnO$_3$ and CaMnO$_3$. NMR signals have been observed for Bi$_{0.125}$Ca$_{0.875}$MnO$_3$ at 4.2 K around 100 MHz, 320 MHz, and 605 MHz. The lines around 100 MHz and 605 MHz are ascribed to regions with ferromagnetic spin structure from their behavior in external magnetic fields. The main resonance line observed around 320 MHz has two peaks at 298 and 318 MHz at 4.2 K. The magnetic field dependence of the lines up to 4 T show that they originate from regions with antiferromagnetic spin structure. This is consistent with the observed lack of saturation of the magnetization at high magnetic fields.

DOI: 10.1103/PhysRevB.73.174420

PACS number(s): 76.60.—k, 75.47.Lx, 75.30.Kz

I. INTRODUCTION

The electric and magnetic properties of Bi$_{1-x}$Ca$_x$MnO$_3$ have received considerable attention in recent years.$^1$–$^5$ The end member of the system, BiMnO$_3$, is an insulating ferromagnetic (FM) state at low temperature, although the typical perovskite manganite, LaMnO$_3$, in which the ionic radius of La$^{3+}$ is similar to that of Bi$^{3+}$, is the typical perovskite manganite, LaMnO$_3$, in which the ionic radius of La$^{3+}$ is similar to that of Bi$^{3+}$, is the A-type antiferromagnetic (AFM) insulator. The insulating FM state has been explained by a loan pair $6s^2$ electrons.$^6$–$^8$ BiMnO$_3$ is a candidate for multiferroic materials, i.e., both ferromagnetic and ferroelectric states occur simultaneously in the same phase.$^9$–$^{10}$ The other end member, CaMnO$_3$, is the G-type antiferromagnet.$^7$ The system, Bi$_{1-x}$Ca$_x$MnO$_3$, is insulating over a broad compositional range.$^5$ In addition, a charge ordered AFM structure has also been observed over the wide compositional range. Long period structures associated with charge ordering have been observed in Bi$_{0.8}$Ca$_{0.2}$MnO$_3$.$^{11}$ A ferromagnetic state has been observed in a small range around $x \approx 0.12$, where the resistivity is small, e.g., as low as 10$^{-2}$ $\Omega$ cm in Bi$_{0.78}$Ca$_{0.22}$MnO$_3$. However, the temperature dependence of resistivity shows a semiconducting-like behavior, i.e., $d\rho/dT<0$. Furthermore, the saturation magnetization of Bi$_{0.125}$Ca$_{0.875}$MnO$_3$ is about 1/3 of the fully aligned value of 3.1$\mu_B$/Mn, which suggests a canted AFM phase or a phase separation into an AFM phase and a FM phase. A recent theoretical treatment of a canted spin ground state proposed that the homogeneous canted spin state seems to be nearly unstable, and tends to phase separate into a mixture of the antiferromagnetic state and ferromagnetic/canted state.$^{12}$ In fact, the phase separation into the C-type AFM and the G-type AFM has been found around $x \approx 0.12$ in the electron-doped manganites $R$Ca$_{1-x}$MnO$_3$ ($R$=La, Ce, Sm, Bi).$^{4}$–$^{15}$

In this paper, we report $^{55}$Mn results of Bi$_{0.125}$Ca$_{0.875}$MnO$_3$ and CaMnO$_3$, using spin-echo NMR technique. In magnetically ordered mixed valence manganites, the magnetic hyperfine field, $H_{hf}$, mainly arises from the Fermi contact interaction due to the core polarization, and is antiparallel to the spin magnetic moment. Then, $H_{hf}$ is written by $H_{hf} = -\frac{2\pi}{3\hbar} A(S)$, where A is the hyperfine coupling tensor, and $\langle S \rangle$ is the average value of the electron spin proportional to spontaneous magnetization. When applying an external magnetic field $H_0$, the NMR frequency, $\nu$, is given by

$$\nu = \frac{\gamma}{2\pi} [H_0 + H_{hf}].$$

II. EXPERIMENTAL DETAILS

Polycrystalline samples used in the present study were synthesized by a standard ceramic technique. Stoichiometric mixtures of Bi$_2$O$_3$, CaCO$_3$, and MnO$_2$ were ground and pressed into pellets. They were calcined at 1000 $^\circ$C in air for 5 hours then cooled at a rate of 2 $^\circ$C/min. Then, the samples were reground and sintered at 1200 $^\circ$C in air for 5 hours then cooled at a rate of 5 $^\circ$C/min. This procedure was repeated three times.

NMR measurements were carried out using a home-built coherent spin-echo apparatus. NMR spectra were obtained by measuring the integrated spin-echo signal versus frequency. A typical spin-echo sequence of 0.2–$\tau$0.2 $\mu$s with $\tau=3$ $\mu$s was used for zero external magnetic field, and 1–$\tau$2 $\mu$s with $\tau=5$ $\mu$s for measurements in external magnetic fields.

III. RESULTS AND DISCUSSION

Figure 1 shows the NMR spectrum of $^{55}$Mn in Bi$_{0.125}$Ca$_{0.875}$MnO$_3$ at 4.2 K in zero external magnetic field. NMR signals have been observed at around 100, 320, and 605 MHz. The NMR spectrum for CaMnO$_3$ is also shown in...
It is surprising that NMR signals are observed in the low frequency range 60–160 MHz for mixed valence perovskite manganites. The line at 605 MHz may be attributed to Mn$^{2+}$. The line around 600 MHz has been observed in Pr$_{0.7}$Sr$_{0.3-x}$MnO$_3$, where “□” means vacancy. The lower and higher frequency lines around 100 and 605 MHz are ascribed to signals arising from FM domains or domain walls, since the spin-echo signal reduces rapidly when applying an external magnetic field. It was difficult to obtain the magnetic field dependence of resonance lines.

Here, we concentrate our attention on the NMR line observed around 320 MHz. This line has two peaks at 298 MHz and 318 MHz. The inset in Fig. 1 shows line shapes taken with different rf field $H_1$. The ratio of high rf power/low rf power is $\approx 40$, where the low rf power corresponds to $\sim 1$ W of the output rf power from an amplifier. For a FM domain, the rf field acting in the nucleus is larger than the external rf fields $H_1$ because of the strong rf enhancement created by the oscillating electron magnetic moment. On the other hand, NMR for AFM domains require higher rf power than that for FM domains, because of smaller rf enhancement. The line shape of Bi$_{0.125}$Ca$_{0.875}$MnO$_3$ depends on rf power, which means that the signals arise from regions having different enhancement factors. The line shape taken with high rf power level has two peaks, whereas the one obtained with low rf power level has a single peak at $\sim 318$ MHz.

Figure 2 shows the magnetic field dependence of the NMR line. The peak at 318 MHz in the higher frequency side decreases rapidly with increasing magnetic field. This behavior is consistent with the rf field dependence of the line shape shown in Fig. 1. The large signal enhancement is suppressed with the external magnetic field, which leads to the reduction in the signal intensity. Thus, the line appearing at 318 MHz in zero field is most likely associated to signals arising from a spin arrangement with FM component. These signals still appear in the frequency range 280–320 MHz, even under the field of 4 T. Assuming the line observed in external fields to consist of two Gaussians, we decomposed the line into upper and lower lines. These are shown with dotted lines in Fig. 2. The resonance frequencies of the upper and lower lines are plotted against the magnetic field in Fig. 3.

In the manganites, the spin-spin relaxation time, $T_2$, is often very short and frequency dependent. We measured $T_2$ at several points of the spectrum at 4.2 K in zero and 1 T magnetic fields. After correction for $\tau \to 0$, the spectrum shapes are almost the same as those without the correction, and the peak positions remain unchanged. Figure 4 shows the spin-echo amplitude decays taken at peak positions of the

FIG. 1. Zero-field $^{55}$Mn NMR spectra for Bi$_{0.125}$Ca$_{0.875}$MnO$_3$ and CaMnO$_3$ taken at 4.2 K. The inset shows the rf field dependence of line shape of Bi$_{0.125}$Ca$_{0.875}$MnO$_3$.

FIG. 2. External magnetic field dependence of NMR line taken at 4.2 K.

FIG. 3. The magnetic field dependences of the resonance frequencies of the upper and lower lines.
The decay curves taken in zero field are not single exponential, while the decays in the field of 1 T show single exponential behavior. The faster component may be attributed to the contribution of the FM domain walls.\textsuperscript{22}

The lower line observed around 298 MHz shows a small shift in fields up to 4 T, with a rate of $\frac{-1.5 \text{ MHz}}{\text{T}}$. The upper line shifts towards the low frequency side with a rate of $\frac{-5.4 \text{ MHz}}{\text{T}}$. This rate is about one-half of that of the gyromagnetic ratio of $^{55}\text{Mn}$, 10.5 MHz/T. The upper line does not shift according to the rate of the gyromagnetic ratio as expected for a collinear ferromagnet, although having FM signatures of large rf enhancement and magnetic field dependence of signal intensity. Thus, the frequency shift in external fields suggests that the upper line originates in a domain with a canted spin structure. The magnetization vs magnetic field taken at several temperatures are shown in Fig. 5. The magnetization is not saturated in the fields up to 7 T, and the maximum value is $1.2 \mu_B$ at 4.2 K. The results are in good agreement with those recently obtained by Woo \textit{et al.}\textsuperscript{23} which reveals no saturation in fields up to 30 T. The field dependence of NMR line around 320 MHz is consistent with the magnetization measurements results.

Figure 6 shows a temperature dependence of NMR line around 320 MHz. As temperature increased, the signal intensity of the upper line decreased rapidly, compared to that of the lower line. It was difficult to detect the signal corresponding to the upper line at temperatures above $\sim 80$ K with our spectrometer. The reduction of the intensity of the upper line would be mainly connected with shortening of the spin-spin relaxation time $T_2$.

Figure 7 shows the temperature dependence of resonance frequencies of the upper and lower lines. The C-type spin structure, which exists up to about 100 K in...
Bi$_{0.125}$Ca$_{0.88}$MnO$_3$ consists of one-dimensional chains of parallel magnetic moments. The chains are aligned antiferromagnetically with each other. Substituting Bi for Ca dopes $e_g$ electrons into the chain of the $C$-type AFM structure, which suggests double-exchange interactions along the chains. The magnetic moments which have been obtained for Bi$_{0.125}$Ca$_{0.88}$MnO$_3$ from neutron diffraction measurements at low temperature are 2.27 $\mu_B$ and 2.52 $\mu_B$ for the $G$-type and $C$-type structures, respectively. The majority phase is the $G$-type and the phase fraction is 13% for the $A$-type AFM structure, which occurs in our sample. Thus, the recorded spectrum might indicate, no Mn$^{3+}$ signals because of the Jahn-Teller distortion and the charge disproportionation effects. It is difficult to determine amounts of Mn$^{2+}$, and of Mn ions observed in the low frequency range 60–160 MHz. Each have different signal enhancement factors.

**ACKNOWLEDGMENTS**

Sample preparation at NJIT was supported by NSF Grants Nos. DMR-0209243 and DMR-0512196.